ORIGINAL ARTICLE

Histomorphometric evaluation of a nano-sized eggshell-containing supplement as a natural alloplast: An animal study

Rania Salama a,*, Mohammed Khashabab, Dalia El Roubyc

a Biomaterials Department, Faculty of Dentistry, Cairo University, Egypt
b Oral & Maxillofacial Surgery, Faculty of Dentistry, Cairo University, Egypt
c Oral & Maxillofacial Pathology, Faculty of Dentistry, Cairo University, Egypt

Received 8 December 2018; revised 21 March 2019; accepted 24 March 2019
Available online 28 March 2019

Abstract  Background: Limitations of autogenous grafts have dictated the need for development of new biomaterials that can serve as allografts. A paradigm shift directed manufacturers to revert to nature in the search for such allografts. This study aimed to evaluate an eggshell-based supplement, Membrell’s® BONEhealth Plus D3 & K2, indicated to support bone mineral density, as a natural bone graft material.

Methods: Twelve 5 x 10 x 1 mm full-thickness cranial bone defects were created in six adult male New Zealand rabbits. Six defects were filled with Membrell’s® BONEhealth Plus D3 & K2 and the others were left empty as control. The animals were sacrificed 14 days postoperatively. The defects were dissected and prepared for histological assessment. Bone formation was compared both qualitatively and quantitatively. The area percent of newly-formed bone was evaluated in five successive regions using image analysis. Statistical analysis was performed using unpaired t-test. Differences between the two groups were considered significant at p ≤ 0.05.

Results: Cranial bone defects filled with the nano-sized eggshell powder “Membrell’s® BONEhealth™ Plus D3 & K2” revealed significantly higher levels of osteoid, newly-formed,
regularly-arranged bone trabeculae in the center of the defects (47.37% ± 1.12) compared to the control defects (21.6% ± 4.92), which revealed no bone formation. A rapid rate of resorption of the nano-sized eggshell powder and consequently a rapid osteogenic effect was evident.

Conclusions: The eggshell-based graft powder, Membrell’s® BONEhealth™ Plus D₃ & K₂, is a biocompatible material which has the potential to enhance new bone formation.

© 2019 The Authors. Production and hosting by Elsevier B.V. on behalf of King Saud University. This is an open access article under the CC BY-NC-ND license (http://creativecommons.org/licenses/by-nc-nd/4.0/).

1. Introduction

Since environmental waste has become a critical issue for humans, animals, and vegetation, waste management via recycling has become a priority. Waste management will help protect the environment, maintain health quality, and reduce financial burdens. Recycling utilizes wastes to achieve sustainable products, such as biomaterials. The use of waste products as biomaterials utilized in the therapeutic field has added great value to the field of waste recycling (Abdulrahman et al., 2014). Corals (Murugan and Rao, 2002), cuttlefish shells (Rocha et al., 2005), bovine bone (Herliansyah et al., 2009), and sea snail shells (Sahin et al., 2015) are examples of materials that have been successfully reused for biomaterial synthesis. Among the widely bioavailable wastes are the eggshells, which are widely-produced in the egg industry and which represent approximately 11% of the eggs’ total weight (Stadelman, 2000). The United Nations Food and Agricultural Organization (FAO) reported that, in 2004, the United States of America produced around 600,000 tons of eggshells (Padmanabhan et al., 2009). According to the FAO (2009), egg production worldwide in 2008 was almost 62 million tons, with China having the greatest production (Oliveira et al., 2013). Therefore, the need for alternative uses of eggshells seemed beneficial. Not only does eggshell calcium provide the best natural calcium source—better than that of limestone or coral sources (Lee and Oh, 2003; Ruff et al., 2012; Uraz et al., 2013)—it is also better absorbed by the body (Dolinska et al., 2016). Eggshell powder has been reported as safe for use by several European and Asian animal and human studies (Ruff et al., 2012; Uraz et al., 2013).

Bone tissue damage, due to disease and/or improper healing after accidents or traumatic injuries, remains a common surgical problem. Bone grafts have been used to augment osseous defects (Moore et al., 2001). Despite the fact that autogenous bone grafts are considered the gold standard, they suffer from limitations, including inadequacy of supply, donor site morbidity, prolonged operation time, and high cost (Damien and Parsons, 1991). Moreover, post-transplantation graft resorption remains a problem (Zins and Whitaker, 1983). Alloplasts have been introduced as an alternative to autogenous grafts (Damien and Parsons, 1991). They are used as space fillers and scaffolds to facilitate bone formation and promote wound healing (Kumar et al., 2013). Such graft materials aim to engineer/regenerate bone. Graft materials should be bioresorbable, elicit no antigen-antibody reaction and provide a reservoir for minerals that induce formation of new bone (Moore et al., 2001). It has become well-accepted that natural products are safer than synthetic alternatives (Yu and Deming, 1998). Natural coral skeleton, composed of calcium carbonates, has been reported as an effective substitute when treating osseous defects. Coralline calcium carbonate is biocompatible, fully-resorbable and results in rapid bone formation because no surface transformation to a carbonate phase is required for the initiation of bone formation (Park et al., 2008; Uraz et al., 2013).

Eggshell has a mineral composition similar to coral, thus providing a promising material for synthesis of calcium phosphate ceramics (Lee and Oh, 2003; Park et al., 2008; Uraz et al., 2013). Eggshell is a biocompatible, bioresorbable, and osteoconductive biomaterial (Durmuş et al., 2008; Lee and Oh, 2003). It is composed of approximately 94% calcium carbonate, 1% calcium phosphate, 4% organic matter and 1% magnesium carbonate (Stadelman, 2000). Thus, it may act as a reservoir of raw materials needed for the biosynthesis of nanomaterials (Abdulrahman et al., 2014). The process of eggshell calcification has attracted attention since it is the most rapid biomineralization processes known (Lavelin et al., 2000). In addition, eggshell powder has a positive effect on bone metabolism (Rovensky et al., 2003). Commercial over-the-counter eggshell-containing supplements to support bone mineral health are available nowadays.

Although experimentally-prepared eggshell powder has been proven successful when used as an allograft (Dupoirieux, 1999; Dupoirieux et al., 1995; Durmuş et al., 2008; Uraz et al., 2013), currently to our knowledge, no data are available on the use of commercially available oral eggshell-based supplements as bone grafts. The aim of the current study was to evaluate, both histologically and histomorphometrically, an eggshell-based supplement, Membrell’s® BONEhealth Plus D₃ & K₂, as a natural bone graft material in New Zealand rabbits. The null hypothesis of the current study was that the use of Membrell’s® BONEhealth Plus D₃ & K₂ as a natural bone graft material in defects in New Zealand rabbits will yield no difference in bone formation compared to the untreated defects.

2. Materials and methods

2.1. Eggshell-based supplement

Membrell’s® BONEhealth Plus D₃ & K₂, a commercially-available over-the-counter dietary supplement for bone health, was used in the present investigation as a natural bone graft material (Table 1). Contents of each capsule were emptied, weighed and equally-divided between two prepared cavities (50 g of powder per cavity).

2.2. Transmission electron microscopy analysis

The particle size of the powder within the capsule was measured using a transmission electron microscope (TEM) at
registered daily (for 10 and 14 days, respectively). The animals hydrochloride and buprenorphine hydrochloride were admin-
silk sutures (Fig. 1). Postoperatively, both oxytetracycline applicator. All wounds were closed with interrupted 3/0 black
1 rabbits. Loading was done by means of a particulate graft
and Rabie, 2010, 2003, 1999). The eggshell-based supplement
included three rabbits with six defects that were left empty to
(100 g) was equally divided among two defects. Group 2
/Nico, Alke, Turkey) and xylazine (Rom-
4.0 kg were used. All animals were anesthetized with an intra-
Cairo University Animal House. Six adult (five-month-old)
guidelines and were approved by the Faculty of Dentistry,
/REC #15-12-
To outline the defect, a stainless-steel wire template was bent
one defect on each side of the midline (a total of 12 defects).
4.0 mm/C2
full-thickness cranial bone defects measuring
muscle were laterally reflected using a periosteal elevator. Two
lines were created in the parietal bones, one defect on each side of the midline (a total of 12 defects).
whole-tissue specimen, lateral to the required defect size to make full-thickness holes. The
were then connected using surgical burs, under continu-
copious irrigation with sterile saline. The rabbits were ran-
randomly divided into two groups by using software available
online (www.researchrandomizer.org). Group 1 comprised
vitamin powder was directly loaded into the cavities prepared in Group
1 rabbits. Loading was done by means of a particulate graft applicator. All wounds were closed with interrupted 3/0 black
silk sutures (Fig. 1). Postoperatively, both oxytetracycline hydrochloride and buprenorphine hydrochloride were admin-
istered daily (for 10 and 14 days, respectively). The animals
were sacrificed with sodium pentobarbital two weeks after
the surgery.

2.4. Specimen preparation for microscopic examination

Immediately after animal sacrifice, the parietal bones were dis-
sected, fixed in 10% formalin, and decalcified in EDTA for four weeks. After decalcification, tissue blocks were processed and embedded in paraffin. Five-micron sections were cut perpendicular to the bone surface, mounted on glass slides, deparaffinized, hydrated, and stained with hematoxylin and eosin (H&E) stain for histological evaluation and histomor-
phometric analysis.

2.5. Measuring the area percent (%) of newly-formed bone (histomorphometric analysis)

The area percent (%) of the newly-formed bone was estimated
by means of a Leica Qwin 500 analyzer computer system,
(Leica Microsystems, Switzerland). The cursor was used to
outline the areas of newly-formed bone trabeculae, where these areas became masked by a binary blue color measurable by the computer. The image analyzer was calibrated to automatically convert the measurement units (pixels) produced by the image analyzer program into actual micrometer units (Fig. 2). In both groups, the area % of newly-formed bone was estimated in ten different fields in five successive regions of the defect, where region 3 represents the center of the defect (Wong and Rabie, 2010, 2003, 1999), using a magnification of 200×.

2.6. Statistical analysis

The data obtained from computer image analysis were repre-
sented as mean values and standard deviations (SD). Statistical analysis was performed using Statistical Package for Scientific Studies #18.0 (SPSS, Inc., Chicago, IL, USA). The unpaired t-
test was used for statistical analysis of the differences between
the groups. A value of p ≤ 0.05 was considered statistically
significant.

3. Results

3.1. Results of the transmission electron microscopy analysis

Transmission electron micrographs revealed that the size range of all the powder ingredients of the Membrell’s® BONEhealth Plus D_{3} & K_{2} were smaller than 50 nm (Fig. 3).

3.2. Macroscopic examination

All six rabbits remained in good health throughout the course of
the experiment, with no signs of infection or post-surgical complications and were, therefore, included in the histologic and histomorphometric evaluation.

3.3. Results of the microscopic examination

3.3.1. Control group

H&E-stained sections, obtained from the center of the bony
defects, (Fig. 4A and B), revealed the presence of fibrous tissue

| Table 1 | Supplement facts provided with the Membrell’s® BONEhealth Plus D_{3} & K_{2} box. |
|-------------------|-----------------------------------|
| Supplement Facts | Serving size 4 Capsules |
| Amount per serving | % DV* |
| Vitamin C (ascorbic acid) | 60 mg | 100% |
| Vitamin D_{3} (cholecalciferol) | 800 IU | 200% |
| Vitamin K_{2} (menaquinone-7) | 40 mcg | 50% |
| Calcium (as Calcium from eggshells, ESC®) | 1000 mg | 100% |
| Magnesium | 500 mg | 125% |
| Zinc | 7.5 mg | 50% |

* The Percent Daily Value (%DV).
and thin irregular osteoid bone (B) growing in the site. Wide fibrovascular (FM) and fatty marrow (F) areas separating the scarce newly-formed bone trabeculae were observed. Lacunae-containing osteocytes were scattered within the marrow areas. Mild chronic inflammatory cell infiltration was noted within the fibrous tissue.

3.3.2. Experimental group (defects filled with Membrell’s® BONEhealth Plus D₃ & K₂)

The H&E-stained photomicrographs of the samples from the experimental group are shown in Fig. 4 C–F. Histological sections revealed deposition of osteoid newly-formed bone trabeculae (B) starting from the defect border and growing through the defect. The trabeculae were regularly arranged, separated by narrow bone marrow spaces, and surrounded by an osteoblastic layer. Lacunae containing osteocytes were detected within the trabeculae. Organized collagen fiber bundles (C) were observed at the periphery of the defects. The newly-formed bone consisted mainly of woven bone with some more mature lamellar bone apparent. No inflammatory cell infiltrate was present. The defects were free from any graft traces.

3.4. Histomorphometric analysis

Regions 2, 3, and 4 revealed a significantly larger mean area % of newly formed bone in the experimental group compared to those regions in the control group (Table 2).

4. Discussion

Following bone loss, osseous healing of a defect is one of the primary objectives of regenerative medicine. Bone tissue can regenerate completely, provided the space into which it has to grow is below the critical defect size. Otherwise, the use of a graft is necessary (Kumar et al., 2013). In reverting to natural graft materials, eggshell has been used as a potential bone substitute in maxillofacial reconstructive surgery (Park et al., 2008; Uraz et al., 2013). Therefore, Membrell’s® BONEhealth™ Plus D₃ & K₂; an eggshell-based dietary supplement indicated to preserve bone health, was investigated for use as a graft material in the present study. In addition to its calcium content, it contains vitamin D₃ (cholecalciferol, which is necessary for calcium absorption, vitamin K₂ to help maintain bone mineralization, and vitamin C and zinc to help maintain the structural matrix of bones in healthy individuals.

In the present study, we assessed the biocompatibility and regenerative ability of an eggshell-containing supplement as a
bone graft in-vivo prior to its use in humans. Mature rabbits were selected, as they represent approximately 35% of the animals utilized in musculoskeletal research. This is partly due to the ease of their handling and their size, as well as the minimal differences between human and rabbit bone composition and density. Compared to primates and some rodents, rabbits have faster skeletal change and bone turnover (Pearce et al., 2007). Moreover, osseous defects are more actively repaired in mature rabbits than in immature rabbits (Wong and Rabie, 1999). The protocol that was used resulted in minimal morbidity; as evidenced by the good health of all rabbits (Wong and Rabie, 2003).

The rabbits were sacrificed two weeks after surgery. This time interval allowed examination of bone formation during the early stages of healing and gave a better indication of the ability of new bone to grow across the bone defects (Wong and Rabie, 1999). The protocol that was used resulted in minimal morbidity; as evidenced by the good health of all rabbits (Wong and Rabie, 2003).

The rabbits were sacrificed two weeks after surgery. This time interval allowed examination of bone formation during the early stages of healing and gave a better indication of the ability of new bone to grow across the bone defects (Wong and Rabie, 1999). The protocol that was used resulted in minimal morbidity; as evidenced by the good health of all rabbits (Wong and Rabie, 2003).

After two weeks, no evident inflammation or necrotic bone tissue was observed in the defects grafted with the eggshell-based material. These results were similar to those reported by Dupoirieux, who attributed such biocompatibility findings to the calcium carbonate content being a natural component of bone (Dupoirieux, 1999; Dupoirieux et al., 1995). These findings were also consistent with the results by Uraz et al., (2013) who reported biocompatibility and improved bone formation with eggshell powder. This may verify the manufacturer’s claim, that, unlike other calcium sources, Membrell’s® BONEhealth™ Plus D3 & K2 ESC® was compliant with California Prop 65 for all four heavy metals, with the full daily requirement for calcium of 1000 mg per day.

Significant levels of osteoid, newly-formed, regularly-arranged bone trabeculae were observed in the eggshell-grafted defects (Fig. 4C–F). Detection of lacunae-containing osteocytes within the trabeculae denoted bone vitality. The evident merging of woven and mature bone trabeculae indicated that the maturation process was in progress. Conversely, there was minimal bone healing across the defects of the control group, as evident in Fig. 4A and B. Therefore, the null hypothesis was rejected. Durmus et al., (2008) reported that new bone formation in defect sites was observed following the use of eggshell powder of particle size 1000 µm. However, our findings

| Group       | Region 1 | Region 2 | Region 3 (center) | Region 4 | Region 5 |
|-------------|----------|----------|-------------------|----------|----------|
| Control     | 82.3 ± 11.4 | 43.2 ± 7.1 | 21.6 ± 4.9 | 39.9 ± 5.0 | 80.4 ± 9.5 |
| Experimental| 81.8 ± 3.0  | 53.9 ± 4.0 | 47.4 ± 1.1 | 48.2 ± 50  | 81.0 ± 1.4 |
| Significance of difference between groups | t value 0.1 | 4.2 | 16.2 | 4.5 | 0.2 |
| P value     | 0.8845 ** | 0.0006** | 0.0001** | 0.0003** | 0.8452 ns |

* Mean and standard deviation of six defects.
** Statistically significant, ns = not significant at p < 0.05.
did not agree with those reported by Dupoirieux et al., (2000), who reported that no bone formation took place after 15 days of filling induced bony-defects in rats with eggshell powder particles ranging from 400 to 600 µm.

In the present study, the eggshell-based powder, Membrel’s® BONEhealth™ Plus D3 & K2, used to fill the induced bony defects was within the nanometer range, as revealed by the TEM micrographs (Fig. 3). Compared to the control group, significantly higher bone formation was observed in both the center and in the surrounding zones of defects in the eggshell-treated group (Table 2). Since new bone forms in the space left by the resorption of the graft, the higher percentage of bone formed in the center of the eggshell-treated group defects may indicate successful graft degradation and replacement. This process is known as “creeping substitution” and takes place with successful graft materials (Gisep et al., 2003). Creeping substitution was also supported by the absence of any histologically observed residual graft material. Various particle sizes of ostrich eggshell were evaluated by Dupoirieux et al., (2003), who compared the resorption kinetics of four different eggshell powder particle sizes (50, 75, 150, and 300 µm in diameter) that were implanted in subcutaneous pouches of 30 rats. They concluded that resorption of smaller particles took place shortly after the operation, whereas the larger particles were resorbed more slowly. This was explained by the degradation hypothesis, which proposed that the particles initially undergo dissolution in the surrounding fluids and are then phagocytosed when they reach a critical size (10–20 µm). Since the powder particle size in the current study was within the nano-size, pinocytosis rather than phagocytosis may have taken place, thereby accelerating the degradation process (Oh and Park, 2014). Accordingly, our findings revealed that the Membrel’s® BONEhealth™ Plus D3 & K2, being nano-sized, had a rapid rate of resorption and an increased osteogenic effect. However, this may possibly impair the strength of the formed bone.

Our findings were inconsistent with the findings of Durmuş et al. (2008), who reported that there was a correlation between particle size, resorption rate, and osteogenic effect in terms of the amount of bone formation. They concluded that the smaller eggshell particles with rapid resorption resulted in a lower level of bone formation compared to that resulting from larger eggshell particles with relatively slower resorption rate. Therefore, further investigations are needed to evaluate the strength of the formed bone and to correlate strength with the rate of graft resorption and bone formation. These findings may be of clinical value, since such rapid bone healing may shorten the time needed for prosthetic placement following bone loss. The effects of the other constituents of the tested eggshell supplement on bone formation need to be investigated as well. Furthermore, eggshell powder should be investigated as a bioactive filler in polymeric scaffolds.

5. Conclusion

Eggshell powder is a safe, inexpensive, bioavailable, and biodegradable material that accelerates bone healing in surgical defects and may serve as a graft in maxillofacial reconstruction.

Ethical statement

All animal experiments complied with the EC Directive 86/609/EEC for animal experiments guidelines and had been approved by the Research Ethics Committee, Faculty of Dentistry, Cairo University.

Funding

This research did not receive any funding from public, commercial, or not-for-profit sectors.

Conflict of interest

The authors have no financial conflicts of interest.

References

Abdel-Ghany, H., Khashaba, M., El Rouby, D., El Ansary, A.A., Ammar, N.M., 2017. Comparative effectiveness of two different forms of phytoestrogens as a graft material in bony defects. J. Oral Maxillofac. Surgery Med. Pathol. 29, 405–410. https://doi.org/10.1016/j.ajoms.2017.05.002.

Abdulrahman, I., Tijani, H.I., Mohammed, B.A., Saidu, H., Yusuf, H., Jibrin, M.N., Mohammed, S., 2014. From garbage to biomaterials: an overview on egg shell based hydroxyapatite. J. Mater. Sci. Eng. C 34, 313–317 https://doi.org/10.1016/j.msec.2014.05.080.

Ammar, N.M., 2017. Comparative effectiveness of two different forms of phytoestrogens as a graft material in bony defects. J. Oral Maxillofac. Surgery Med. Pathol. 29, 405–410. https://doi.org/10.1016/j.ajoms.2017.05.002.

Abdulrahman, I., Tijani, H.I., Mohammed, B.A., Saidu, H., Yusuf, H., Jibrin, M.N., Mohammed, S., 2014. From garbage to biomaterials: an overview on egg shell based hydroxyapatite. J. Mater. Sci. Eng. C 34, 313–317 https://doi.org/10.1016/j.msec.2014.05.080.

Dolinski, B., Marta, J., Szulc-Musiol, B., Ryszka, F., 2016. Use of eggshells as a raw material for production of calcium preparations. Czech J. Food Sci. 34, 313–317 https://doi.org/10.17221/59/2016-CJFS.

Dupoirieux, L., 1999. Ostrich eggshell as a bone substitute: a preliminary report of its biological behaviour in animals – a possibility in facial reconstructive surgery. Br. J. Oral Maxillofac. Surg. 37, 467–471.

Dupoirieux, L., Neves, M., Pourquier, D., 2000. Comparison of pericranium and eggshell as space fillers used in combination with guided bone regeneration: an experimental study. J. Oral Maxillofac. Surg. 58, 40–46.

Dupoirieux, L., Pourquier, D., Neves, M., Teot, L., 2003. Resorption kinetics of eggshell: an in vivo study. J. Craniofac. Surg. 12, 547–553.

Dupoirieux, L., Pourquier, D., Souyris, F., 1995. Powdered eggshell: a pilot study on a new bone substitute for use in maxillofacial surgery. J. Cranio Maxillo-fac. Surg. 23, 187–194.

Dupuruis, E., Celek, I., Aydin, M.F., Yildirim, G., Sur, E., 2008. Evaluation of the biocompatibility and osteoprotective activity of ostrich eggshell powder in experimentally induced calvarial defects in rabbits. J. Biomed Mater. Res. – Part B Appl. Biomater. 86B, 82–89. https://doi.org/10.1002/jbmb.b.30990.

Gisep, A., Wieling, R., Bohner, M., Matter, S., Schneider, E., Rahn, B., 2003. Resorption patterns of calcium-phosphate cements in bone. J. Biomed. Mater. Res. A 66, 532–540.

Herlansyah, M.K., Hamdi, M., Ide-Ektesabi, A., Wildan, M.W., Toque, J.A., 2009. The influence of sintering temperature on the properties of compacted bovine hydroxyapatite. Mater. Sci. Eng. C 29, 1674–1680.

Kumar, P., Vinitha, B., Fathima, G., 2013. Bone grafts in dentistry. J. Pharm. Bioallied Sci. 5, S125–S127. https://doi.org/10.4103/0975-7406.113312.
Nano eggshell as a natural alloplast

Lavelin, I., Meiri, N., Pines, M., 2000. New insight in eggshell formation. Poult. Sci. 79, 1014–1017. https://doi.org/10.1093/ps/79.7.1014.

Lee, S.J., Oh, S.H., 2003. Fabrication of calcium phosphate bioceramics by using eggshell and phosphoric acid. Mater. Lett. 57, 4570–4574. https://doi.org/10.1016/S0167-577X(03)00363-X.

Moore, W.R., Graves, S.E., Bain, G.I., 2001. Synthetic bone graft substitutes. ANZ J. Surg. 71, 354–361.

Murugan, R., Rao, K.P., 2002. Controlled release of antibiotic from surface modified coralline hydroxyapatite. Trends Biomater. Artif. Organs. 16, 43–45.

Oh, N., Park, J.-H., 2014. Endocytosis and exocytosis of nanoparticles in mammalian cells. Int. J. Nanomed. 9, 51–63.

Oliveira, D.A., Benelli, P., Amante, E.R., 2013. A literature review on adding value to solid residues: egg shells. J. Clean. Prod. https://doi.org/10.1016/j.jclepro.2012.09.045.

Padmanabhan, S.K., Chu, M.C., Balakrishnan, A., Kim, T.N., Cho, S.-J., 2009. Utilization of biowaste eggshells to synthesize nanocrystalline hydroxyapatite powders. Mater. Lett. 63, 2100–2102. https://doi.org/10.1016/j.matlet.2009.06.062.

Park, J.-W.W., Bae, S.-R.R., Suh, J.-Y.Y., Lee, D.-H.H., Kim, S.-H.H., Kim, H., Lee, C.-S.S., 2008. Evaluation of bone healing with eggshell-derived bone graft substitutes in rat calvaria: a pilot study. J. Biomed. Mater. Res. A 87A, 203–214.

Pearce, A.I., Richards, R.G., Milz, S., Schneider, E., Pearce, S.G., 2007. Animal models for implant biomaterial research in bone: a review. Eur. Cells Mater. 13, 1–10 https://doi.org/10.22203/eCM.v01i3a01.

Rocha, J.H.G., Lemos, A.F., Agathopoulos, S., Valério, P., Kannan, S., Oktar, F.N., Ferreira, J.M.F., 2005. Scaffolds for bone restoration from cuttlefish. Bone 37, 850–857. https://doi.org/10.1016/j.bone.2005.06.018.

Rovenský, J., Stancíková, M., Masaryk, P., Svik, K., Istok, R., 2003. Eggshell calcium in the prevention and treatment of osteoporosis. Int. J. Clin. Pharmacol. Res. 23, 83–92.

Ruff, K.J., Endres, J.R., Clewell, A.E., Szabo, J.R., Schauss, A.G., 2012. Safety evaluation of a natural eggshell membrane-derived product. Food Chem. Toxicol. 50, 604–611. https://doi.org/10.1016/j.fct.2011.12.036.

Sahin, Y.M., Gündüz, O., Bulut, B., Özgecin, L.S., Gökçe, H., Ağaoğulları, D., Chou, J., Kayali, E.S., Ben-Nissan, B., Oktar, F.N., 2015. Nano-Bioceramic Synthesis from Tropical Sea Snail Shells (Tiger Cowrie - Cypraea Tigris) with Simple Chemical Treatment. In: Acta Physica Polonica Series A. Fethiye, Turkey, pp. 1055–1058. https://doi.org/10.12693/APhysPolA.127.1055.

Schmitz, J.P., Hollinger, J.O., 1986. The critical size defect as an experimental model for cranio-mandibulo-facial nonunions. Clin. Orthop. Relat. Res. 299–308. https://doi.org/10.1097/00003086-198604000-00036.

Stadelman, W.J., 2000. Eggs and egg products. In: Francis, F.J. (Ed.), Wiley Encyclopedia of Food Science and Technology. Wiley, pp. 593–599.

Uraz, A., Gültekin, S.E., Senguven, B., Karaduman, B., Sofuoglu, I.P., Pehlivan, S., Capan, Y., Eren, K., 2013. Histologic and histomorphometric assessment of eggshell-derived bone graft substitutes on bone healing in rats. J. Clin. Exp. Dent. 5, 23–29. https://doi.org/10.4317/jced.50968.

Wong, R.W.K., Rabie, A.B.M., 2010. Effect of bio-oss collagen and collagen matrix on bone formation. Open Biomed. Eng. J. 4, 71–76. https://doi.org/10.2174/1874120701004010071.

Wong, R.W.K., Rabie, A.B.M., 2003. Statin collagen grafts used to repair defects in the parietal bone of rabbits. Br. J. Oral Maxillofac. Surg. 41, 244–248. https://doi.org/10.1016/S0266-4356(03)00081-0.

Wong, R.W.K., Rabie, A.B.M., 1999. A quantitative assessment of the healing of intramembranous and endochondral autogenous bone grafts. Eur. J. Orthod. 21, 119–126. https://doi.org/10.1093/ejo/21.2.119.

Yu, M., Deming, T., 1998. Synthetic polypeptide mimics of marine adhesives. Macromolecules 31, 4739–4745.

Zins, J.E., Whitaker, L., 1983. Membranous versus endochondral bone: implications for craniofacial reconstruction. Plast. Reconstr. Surg. 72, 778–785.